Production of Self-Cleaning SiO\textsubscript{2}/CNT Nanoparticles Substituted Cement Mortar

Layth Al-Gebory \textsuperscript{a*}, Aseel B. Al-Zubaidi \textsuperscript{b}, Ahmed A. Al-Tabbakh \textsuperscript{c}

\textsuperscript{a} Department of Materials Engineering, University of Technology, Baghdad, Iraq.
\textsuperscript{b} Department of Materials Engineering, University of Technology, Baghdad, Iraq.
\textsuperscript{c} Department of Physics, Al-Nahrain University, Baghdad, Iraq.

*Corresponding author.

Submitted: 13/06/2019  Accepted: 21/08/2019  Published: 25/03/2020

K E Y W O R D S Cement Mortar, Eco-Friendly, Self-Cleaning, CNTs, nano-silica.

A B S T R A C T Manufacturing of building materials with unique properties is one of the most important key-parameters in the development of construction engineering and building materials. The development in the nanomaterials and nanotechnology can be utilized in this field. In this paper, production of eco-friendly, low water absorption and self-cleaning cement mortar reinforced with carbon nanotubes and nano-silica with different weight percentages (0.5\%, 1.5\%, and 2\%) is performed. Results showed prominent improvement of hardness, compression strength and a decrease of water absorption and bending resistance in the reinforced cement mortars. The results show the possibility to control the mechanical properties of the cement mortars with minimal reinforcing agents provides the possibility to design these building materials for versatile applications.

How to cite this article: L. Al-Gebory, A. B. Al-Zubaidi and A. A. Al-Tabbakh, “Production of self-cleaning SiO\textsubscript{2}/CNT nanoparticles substituted cement mortar,” Engineering and Technology Journal, Vol. 38, Part A, No. 03, pp. 335-342, 2020.
DOI: https://doi.org/10.30684/etj.v38i3A.349

1. Introduction

Different fields of civil engineering, ranging from building construction to materials design and engineering, are expected to benefit from nanotechnology and its products. Lighter construction materials with enhanced mechanical and thermal properties that are also fire-resistant, soundproofing (or sound absorbing), hydrophobic, self-cleaning, etc. are currently attracting engineers and researchers’ interest. These properties are enhanced by using nanomaterials and nanoparticles [1]. The cement mortar properties, its durability and compatibility to certain applications are strongly affected by the addition/substitution with nano-materials. The addition/substitution is usually performed in gravitational or volumetric fractional percentages of the total prepared mortar. This must be monitored
carefully to improve the targeted properties of the mortar compound. Among the targeted properties are hardness, compression, tensile strength, corrosion resistance and fracture toughness [2]. In addition to the effect of composition, the effect of curing time of the cement mortar is an important parameter to be considered in every material characterization.

Carbon nanotubes (CNTs) is one of the most interesting materials that have been considered as additives/substitutes in cement mortars. CNTs have revolutionized the design and application of the construction materials in addition to construction engineering. CNTs unique three-dimensional molecular structure makes it possible to excite some carbon atoms and reconnect with three other atoms in strong bonds such as diamond. Many researches proved that CNTs is one of the most powerful building materials ever discovered. When carbon fibers are mixed with concrete, the strength and durability of the reinforced concrete increases to about 300 times compare to conventional cement mortars. CNTs were also found to absorb loads in a similar way as rebar does in conventional reinforcement of cement mortars [3]. CNTs were found to be 120 – 140 times more rigid than rebar while its density is one-sixth the density of rebar. Furthermore, CNTs have improved the mechanical properties of the cement mortar giving architects the opportunity to achieve giant structures with competing altitudes [4-6].

Nano-silica, which is also known as condensed silica fume, is one of the most important materials used to replace 7 – 15 % of the total cement material in the cement mortars [7]. Nano-silica was reported to improve the packing characteristics of the cement mortar leading to improved mechanical properties [8-11].

The objective of the current study is to produce eco-friendly and self-cleaning cement mortar reinforced with carbon nanotubes and nano-silica with different weight percentages, which can be used in the manufacturing of building materials. A considerable improvement in the mechanical properties of reinforced cement mortar is obtained.

2. Experimental Part

The cement used in this research is United Cement Company- Tasluja-Bazian, (Sulaymaniyah-Iraq -IQs 5/1984 Type 2011CEM I 42.5R / BS EN 197-1 / ASTM C150, Type-1). Tables 1 and 2 describes the physical and chemical properties of the used cement.

The sand used in this research has the size of the particle between the sieves measuring 2.63-4.75 mm. Table 3 shows the physical characteristics of the sand.

Figure 1 shows that the sand used in this research (the red line) is within the limits of the Iraqi sand (IQS.NO.45).

Carbon Nanotubes were procured from Nanoshell Company; the nanotubes are multi-walled [12]. Table 4 shows some of the physical properties of nanotubes.

It was within the range of 48.8-55.3 nm where the powder was 48 nm (see Figure 3).

The examination was performed in the Faculty of Science - Ibn Al Haytham.

Figure 2 shows the carbon nanotubes which were used in experiments.

In order to verify the characteristics of the used carbon nanotubes, it was examined using the Atomic Force Microscopy (AFM) device to determine the size of the nanoparticles.

| Table 1: Physical properties of Portland cement |
|-----------------------------------------------|
| **Type of measurement** | **Value** | **Limit of IQS.NO.5** |
| Specific surface (m²/kg) | 376 | >230 |
| Setting time (Vicat’s method) | | |
| -Initial setting (hrs. : min) | 2:05 | ≥45min |
| -Final setting (hrs. : min) | 4:00 | ≤10 hrs. |
| Compressive Strength of Mortar | | |
| -3 Days | 20 MPa | ≥15 |
| -7 Days | 25 MPa | ≥23 |
| Autoclave (Soundness) | 0.12 | ≤0.8 |
Table 2: Chemical properties of Portland cement

| Oxidative compounding materials | Symbol | Weight ratio% | Limits of IQS No.5/1984 |
|---------------------------------|--------|--------------|-------------------------|
| Lime                            | CaO    | 66.11        | -                       |
| Silica                          | SiO₂   | 21.93        | -                       |
| Alumina                         | Al₂O₃  | 4.98         | -                       |
| Iron oxide                      | Fe₂O₃  | 3.10         | -                       |
| Sulphate                        | SO₃    | 2.25         | ≤ 2.8 %                 |
| Magnesia                        | MgO    | 2.0          | ≤ 5 %                   |
| Loss of Ignition                | L.O.I. | 2.39         | ≤ 4 %                   |
| Lime saturation factor          | L.S.F. | 0.93         | 0.66-1.02               |
| Insoluble residue               | I.R.   | 1.29         | 1.5 ≤                   |
| Main compound (Bouge eq.)       |        |              | By weight of cement     |
| Tricalcium silicate             | C₃S    | 58.16%       | -                       |
| Dicalcium silicate              | C₂S    | 18.997       | -                       |
| Tricalcium aluminate            | C₃A    | 7.95         | -                       |
| Tetra calcium aluminoferrite    | C₄AF   | 9.43         | -                       |

Table 3: Physical properties of the sand used

| Sieves (mm) | Passage percentage% | Limits of IQS No. 45/1984/ Zone 1 |
|-------------|---------------------|-----------------------------------|
| 10          | 100                 | 100                               |
| 4.75        | 100                 | 90-100                            |
| 2.36        | 69                  | 60-95                             |
| 1.18        | 37.02               | 30-70                             |
| 0.60        | 16.12               | 15-34                             |
| 0.30        | 8.4                 | 5-20                              |
| 0.15        | 4.95                | 0-10                              |

Table 4: Characteristics of carbon nanotubes

| Physical property          | Value/Units |
|----------------------------|-------------|
| Tensile strength           | 150 GPa     |
| Young modulus              | 1200 Gpa    |
| Purity                     | 99%         |
| Density                    | 1.7 gm/cm³  |
| Length                     | (15-30) μm  |
| Amorphous carbon           | 3%          |
| Volumetric resistance      | 0.1-0.15 ohm.cm |
| Diameter                   | (20-30) nm  |
| Surface area               | 90 -350 m²/g|
Figure 3: Atomic force microscopy for CNTs

The structural and compositional properties of the CNTs and nano-silica powders were investigated by X-ray diffraction using XRD-6000 Shimadzu diffract meter from Japan. The XRD pattern obtained from the CNTs powders is shown in Figure 4. Some of the physical properties of the nano-silica used in this work are shown in Table 5.

Silica powder was investigated using atomic force microscope to confirm the nanoscale size of the powder. Results showed that the particle size was within 60 nm with an average size of 38 nm as shown in Figure 5, indexed to a single phase of hexagonal structure associated with the crystal structure of CNTs [13]. This figure shows sharp intensity peaks indicating high crystallinity of the material. All peaks could be the results of the XRD examination showed that the high harnesses have high crystalline properties and the crystalline interfaces have a cubic shape as shown in Figure 6.

Table 5: Physical properties of nano-silica

| Density (gm/cm3) | Surface area (m2/g) | Purity (%) | pH  |
|------------------|---------------------|------------|-----|
| 2.7              | 170-200             | 99.5       | 6.6 |
3. Method of Mixing

In order to prepare the specimens of the cement mortars for the compression test, cement was mixed with sand and water was added later. CNTs and nano-silica were added substituting cement component partially at gravitational ratios of 0.5, 1.0, 1.5 and 2%. For bending test specimens, mixing ratios were kept similar to those shown in Table 6. However, due to specimen size requirements the mixing weights are different as shown in Table 7. Table 6 shows the mixing ratios of these constituents. CNTs and nano-silica powders were dispersed in water ultrasonically using ASTM KQ3200 ultrasonicator to reduce aggregation and achieve a homogeneous distribution of the nanoparticles in the cement mortars. Figure 7 shows the samples of CNTs/SiO$_2$ substituted cement mortar in the compression test. Figure 8 shows the samples of CNTs/SiO$_2$ substituted cement mortar in the bending test.

Table 6: Mixing ratios of the CNTs/SiO$_2$ nanomaterials in cement mortars specimen for compression test

| Specimen | CNTs/SiO$_2$ ratio (%) | Weight of CNTs/SiO$_2$ (g) | Cement weight (g) | Amount of water (ml) |
|----------|------------------------|----------------------------|-------------------|---------------------|
| 1        | 0                      | 0                          | 175.95            | 87.98               |
| 2        | 0.5                    | 0.87                       | 175.15            | 87.55               |
| 3        | 1                      | 1.8                        | 174.15            | 87.07               |
| 4        | 1.5                    | 2.63                       | 173.31            | 86.65               |
| 5        | 2                      | 3.51                       | 172.43            | 86.22               |

Table 6: Mixing ratios of the CNTs/SiO$_2$ nanomaterials in cement mortars specimen for compression test

| Specimen | CNTs/SiO$_2$ ratio (%) | Weight of CNTs/SiO$_2$ (g) | Cement weight (g) | Amount of water (ml) |
|----------|------------------------|----------------------------|-------------------|---------------------|
| 1        | 0                      | 0                          | 400               | 200                 |
| 2        | 0.5                    | 2                          | 398               | 199                 |
| 3        | 1                      | 4                          | 396               | 198                 |
| 4        | 1.5                    | 6                          | 394               | 197                 |
| 5        | 2                      | 8                          | 392               | 196                 |
4. Results and Discussion

The first step in the preparation the samples is to ensure a good stability for dispersed particles. The ultrasonic cleaner (ASTM KQ3200) was used to disperse the CNT sand nano-silica because of the strong Vander Vals bounds between the nanoparticles and to prevent aggregations occurring. The test was carried out in the Erosion Lab/Materials Engineering Department/ Technological University. The device consists of a metal pan (25*25*30 cm).

The nanoparticles were dispersed for a specified time of 45 minutes. Ultrasonic waves are propagated in the material media such as air, water, solids in longitudinal vibrations far from the sound source like sea waves. It has a frequency higher than 20,000 Hz, which is higher than the acoustic sound waves and thus disperses the accumulation of the nanoparticles.

Water absorption was investigated for the cement mortars. Results showed that water absorption decreases with the increase of nano-powders in the specimen suggesting that these materials, having small dimensions, can fill the pores and voids (usually working as absorption centers) in the cement mortar during its preparation. Figure 9 shows water absorption of cement mortars reinforced with CNTs and nano-silica. The result agrees with the result in this source [14].

Hardness test was carried out using ASTM D2240-05 device. The results (Figure 10 a and b) showed that hardness increases with the increase of nano-powders in the cement mortars. This may be attributed the fact that these nanoparticles have inherent hardness that may work as centers of resistance to external mechanical influences leading to overall increase of hardness of the specimen.
Compression and bending of cement mortars were measured according to ASTM-A513 test. Samples were prepared as per requirements of each test. Figure 11 shows cement mortars specimens for compression test. Specimens were cubic having dimensions of 5×5×5 cm³. Results of compression test showed that this property increases with the increase in the weight percentage of nano-materials in the cement composite (i.e. CNTs and nano-silica). Compression was found to increase from 40 MPa in the pure cement mortar to about 73 MPa and 80 MPa in the CNTs and nano-silica reinforced specimens respectively. These values were measure after curing time of 28 days. Figure 12 shows cement mortar specimens for bending test measurements. Each specimen has a dimension of 4×4×16 cm³. Figure shows the bending test results for cement mortars reinforced with CNTs and nano-silica powders respectively. Results showed that bending of specimen decreases with the increase of nanoparticles in the cement mortars. This may be attributed to the fact that while specimen compression and hardness increase, its stiffness and thus resistance to strain decreases. Bending decreases to (1 MPa) and (1.5 MPa) for cement mortars reinforced with 2% weight percentage of CNTs and nano-silica respectively. The results are agreement with the results in this source [15].
5. Conclusions

Production of low water absorption reinforced cement mortar with CNTs and nano-silica was reported. It was possible to enhance the mechanical properties of the cement mortar with minimal additions of CNTs and nano-silica powders. Compression strength and hardness increased while bending strength and water absorption decreased with the increase of reinforcing agents in the specimens. The possibility to control the mechanical properties of the cement mortars with minimal reinforcing agents provides the possibility to design these building materials for versatile applications.

Acknowledgments

Authors would like to acknowledge the Geology Department at the Ministry of Industry and Minerals in Iraq for accomplishing the XRD measurements. They also acknowledge the technical support of the Department of Applied Science at University of Technology for the SEM measurements.

References

[1] W. Zhu, P. J. M. Bartos and A. Porro, “Application of nanotechnology in construction summary of a state-of-the-art report,” Materials and Structures/Matiériaux et Constructions, Vol. 37, November, pp 649-658, 2004.
[2] C. Kittel, “Introduction to solid state physics,” 7th ed., John Weily and Sons, Inc., New York, 1996.
[3] Y. Kothari and S. Dewalkar “Application of nanotechnology in smart civil structures,” International Journal of Technical Research and Applications, Volume 4, Issue 3, PP. 13-17, 2016.
[4] K. Boer, ed., “Semiconductor physics,” Vols.1 and 2, Wiley, New York, 2013.
[5] T. Manzur and N. Yazdani “Optimum mix ratio for carbon nanotubes in cement mortar,” KSCE Journal of Civil Engineering, 19, , 1405-1412, Society of Civil Engineers, 2015.
[6] M. del Carmen Camacho, O. Galao, F. J. Baesa, E. Zornoza and P. Garcés, “Mechanical properties and durability of CNT cement composites,” Materials, 7, 1640-1651, 2014.
[7] M. Sh. El-Eskandarany, S. Ishihara, W. Zhang and A. Inoue, “Fabrication and characterizations of new glassy Co71Ti24B5 alloy powders and subsequent hot pressing into a fully dense bulk glass,” Met. Trans. 36 A pp. 141-147, 2005.
[8] R. L. jones, “Soft machines: nanotechnology and life,” Oxford, UK: Oxford University Press, 2004.
[9] H.L. Luo, W. Ch. Chang and D. F. Lin, “The effects of different types of nano-silicon dioxide additives on the properties of sludge ash mortar,” Journal of the Air & Waste Management Association, 59:440–446, 2009.
[10] M. Ibrahim M. Y., Ramadhanṣyah P.J. Mohd Rosli Hainin, Wan Ibrahim, M.H.4,d, Fadzli, M.N.,” Utilization of nano silica as cement paste in mortar and porous concrete pavement” Advanced Materials Research, Trans Tech Publications, Switzerland, Vol 1113 pp 135-139, 2015.
[11] F. I. Torabian, E. Redaelli, F. Lollini, W. Li and L. Bertolini, “Effects of nanosilica on compressive strength and durability properties of concrete with different water to binder ratios” Advances in Materials Science and Engineering, Article ID 8453567, 16 pages, 2016.
[12] Intelligent Materials Pvt. Ltd, web: www.nanoshel.in, 3422OldCapitolTrailSuit 1305, Wilmington DE-19808 US, 2004.
[13] L. Shterenberg, S. Bogdanova, and Inorg. Mater. (Engl. Transl.), JCPDS-International Center for Diffraction Dat., PCDPWIN, v. 1.30, 15, 632, 1979.
[14] A. Al Ghabban, A. Basim Al Zubaidi, and Z. Fakhri, “Effect of nano SiO<sub>2</sub> and nano CaCO<sub>3</sub> on the mechanical properties, durability and flowability of concrete,” International Conference on Materials Engineering and Science IOP Publishing IOP Conf. Series: Materials Science and Engineering 454, 2018.
[15] A. Al Ghabban, A. Basim Al Zubaidi, and Z. Fakhri,” Pozzolanic activity and durability of nano silica, micro silica and silica gel contained concrete,” Technologies and Materials for Renewable Energy, Environment and Sustainability, AIP Conf. Proc. 1968, 030019-1–030019-12, 2018.